Experimental study on thermal properties and electrical conductivity of stabilized H2O-solar glycol mixture based multi-walled carbon nanotube nanofluids: developing a new correlation

P. Ganesh Kumar a,⁎, D. Sakthivadivel b, M. Meikandan c, V.S. Vigneswaran a, R. Velraj a

a Institute for Energy Studies, Department of Mechanical Engineering, CEG, Anna University, Chennai, 600 025, Tamil Nadu, India
b School of Mechanical Engineering (SMEC), Vellore Institute of Technology, Vellore, 632014, Tamil Nadu, India
c Vel Tech Rangarajan Dr. Sagunthala R&D Institute of Science and Technology, Avadi, Chennai, Tamilnadu, India

ARTICLE INFO

Keywords:
Chemical engineering
Nanotechnology
Viscosity
Multi-walled carbon nanotubes
Thermal conductivity
Solar glycol
Density
Rheology
Heat transfer
Nanofluids
Nanoparticles
Carbon nanotubes

ABSTRACT

The main aim of this present work is to explore the influence of dispersion of MWCNTs in a mixture of water-solar glycol (70:30) on its electrical conductivity and thermophysical properties such as density, rheology and thermal conductivity. The MWCNTs were seeded with a various weight percentage of 0.15, 0.3 and 0.45 via a common two-stage synthesis technique. The homogeneous stability of MWCNTs based nanofluids was confirmed by high-resolution scanning electron microscopy and ultraviolet-visible spectroscopy. The density of solar glycol and H2O mixture based MWCNTs nanofluids were measured with standard borosil volumetric flask via weighing balance mechanism and the experimental findings displayed a good agreement with the well-known correlation of Pak and Cho owing to the natural packing of H2O inside the nanomaterial in a limited quantity. The thermal conductivity of 0.45 wt.% MWCNTs seeding got augmented by 19.12% at ambient temperature while the electrical conductivity got augmented by 93.54% at 50 °C. Therefore, the augmentation in the thermal conductivity of water/solar glycol mixture with 0.45 wt.% MWCNTs seeding is because of the kinetics of nanomaterial accumulation and fluid layering. In addition, mathematical correlations were recommended for estimating the ratio of the thermal conductivity and viscosity of the nanofluid at different weight fractions.

1. Introduction

In this century, nanofluids have fascinated a great interest among the research community and various industrial applications such as chemical, solar thermal, transportation, microelectronic, refrigeration and air-conditioning, power plants, petrochemical, and defense [1, 2]. The thermodynamic properties of HTFs such as viscosity, thermal conductivity (k), density and dielectric constant act as the most influencing properties to be taken into account while developing an energy-efficient heat transfer equipment [3, 4]. In the future, there is an enormous opportunity in the current and forthcoming years to enrich the energy efficiency (ɳ) and a heat transfer rate of the solar and other thermal systems. The performance of the heat exchange mechanisms improves with the incorporation of energy-efficient mechanism in it, but these benefits are huge when it is incorporated in heat exchangers. These benefits not only help to bring down the cost associated with thermal energy systems but also helps to mitigate the emission of greenhouse gases thereby reducing the effect of global warming considerably [5]. The heat exchange performance of the solar thermal system, electronic cooling system, heat recovery systems is generally reliant on the heat transfer properties of the operating fluid normally mentioned to as Heat Transfer Fluids (HTFs). Some of the prominent HTFs are H2O [6, 7], ethylene glycol [8, 9], solar glycol [10, 11, 12, 13, 14], propylene glycol, bio glycol [15], ionic liquid [16] and air. Tremendous hard works were attempting by numerous industrialist, scientist and researchers to upsurge the heat transfer properties of the operating fluids through the scattering of nanomaterials [17, 18, 19] holding high thermal conductivity value. Nevertheless, the difficulties are noticeable like rapid settlement of seeded nanomaterials blocking the flow channel, erosion, and corrosion, which restrictions its use in heat exchange. To overwhelmed the above-stated challenges, Choi et al. [20] proposed a pioneering way of improving the heat transfer properties of the base fluid by the uniform seeding of high conduction nanomaterials at nanoparticle measure level called as nanofluids. These interesting fluids possess higher thermal
transportation properties associated with the base fluids even when added at a lower nanomaterial concentration [21]. The Multi-Walled Carbon Nanotubes (MWCNTs) are straight fibrous morphology tubes with remarkably good electrical, thermal and mechanical properties; they have pinned the attention of different scientist/researchers to make and detect good operating fluids in various mixtures of the base fluids. Meanwhile, the lower density of carbon-fiber-based nanofluids helps in the easy synthesis of well-seeded energetic HTF without any most important limitations namely nanomaterial settlement in a minimum duration. Important scientific/research studies have been done to augment the thermal properties of single-wall (SW) and multi-wall (MW) carbon-based nanofluids as summarized below:

Jayabalram Ganeshkumar et al. [22] experimentally measured the density of MWCNTs based nanofluids using two different volumetric container technique and their research data exposed a great accord with the Pak and Cho equations. Ganesh Kumar et al. [12] experimentally studied the SG based nanofluids comprising MWCNTs nanomaterials with various nanomaterial concentrations for instance 0.1 vol. %; 0.2 vol. %; 0.3 vol. % and 0.4 vol. %. From the results, it was noticed that the nanofluid density rises with the increase in CNT mass percentage. This is because of the formless and shapeless combination of nanofibers with SG in a confined style, which in turn, rises the mass of the nanofluids for a well-known bulk volume.

The thermal conductivity (k) of the nanofluids is the most significant factor, which influences the percentage increase of the convective heat transfer coefficient (CHTC) [23]. There are numerous parameters that influence the “k” of nanofluid for instance (a) concentration, (b) size and shape of the nanomaterial (c) temperature, (d) homogeneous stability of nanofluids and (e) surface to volume ratio of nanomaterials [24, 25, 26, 27]. Hwang et al. [28] experimentally exposed the “k” of several types and shapes of nanomaterials such as MWCNTs, SiO2, and CuO seeded in EG and water-based fluids. Their experimental result showed that the positive tendency of thermal conductivity as the temperature rises. Timofeeva et al. [29] experimentally found that better enhancement in thermal conductivity was achieved in EG-based nanofluids when compared to water-based nanofluids. Very few researchers and scientists have focused on MWCNTs based nanofluids to enhance its thermal conductivity as presented in Table 1.

White et al. [34] achieved augmentation in the Electrical Conductivity (EC) by 100 times with the seeding of 7 vol. % of nanomaterials. It was also detected that the EC augmented with a reduction in the size of the nanomaterial. Ganguly et al. [35] conveyed that EC is influenced by several parameters for instance agglomeration, stability, and Brownian motion. Shen et al. [36] selected insulated oil as the base fluid and ZnO as a nanomaterial. They observed 973 times augmentation in the EC at 0.75% volume concentration. S. Nabati Shoghli et al. [37] experimentally computed the thermal properties of six different H2O based nanofluids as functions of volume fraction and various temperature. The dynamic viscosity (μ) of the nanofluid good agreement with the Einstein model in lower weight fractions while as the fractions increased, the viscosity forecast using this model was lower than the measured viscosity that may be capable to the variations in the performance of the nanofluid. Ganesh Kumar et al. [38] experimentally investigated the thermal conductivity and EC enhancement of SG-water (50:50) mixture containing MWCNTs. The electrical conductivity augmentation of nearly 62.19% was achieved for 0.6 vol. % of MWCNTs in water - SG (50:50) mixture at 50 °C. A few types of research as presented in Table 2 studied the viscosity of MWCNTs based nanofluids.

Based on the available literature, only a few research studies were focused on electrical conductivity density, viscosity, and thermal conductivity of SG/H2O mixture seeded with MWCNTs under different weight fractions. Therefore, the current experimental work aims to identify the influence of MWCNTs nanomaterials in augmenting the heat transfer properties of SG/H2O mixture based nanofluids at altered weight fractions, and the experimental outcomes were related through the existing correlations for heat transfer applications.

| Author Name | Base-fluid | Concentration range | Inference |
|-------------|------------|---------------------|-----------|
| Ganeshkumar et al. [22] | Water-EG mixture | 0.3, 0.6, 0.9, and 1.5 wt. % | The thermal conductivity improvement of 11% was achieved when the nanofluids holding 0.9 wt.% of MWCNTs. |
| Mansoor Farbod et al. [30] | Deionized water | CNT based nanofluids were seeded with 0.1, 0.25 and 0.5 vol. % of pristine, 1, 2, and 4 h refluxed CNTs to demineralized water. | The “k” of nanofluids increases with lessening the length of the CNTs, and with increasing the temperature. |
| Hwang et al. [31] | Mineral oil | 0.5 vol.% | MWCNT/oil-based nanofluid showed poor stability as compared to other nanofluids |
| Meibo Xing et al. [32] | De-ionized water | 0.05, 0.14, 0.24, 0.33 and 0.48 vol. %, Temperature Range 10–60 °C | The thermal conductivities of the nanofluids rises with an increase in temperature and the volume concentration. Long single-walled nanotubes (SWCNT) based nanofluids having the utmost thermal conductivity value. |
| Munkhbayar et al. [33] | Distilled water | Grinding Speed 300,400,500 and 600 rpm. | The raw MWCNTs nanofluid prepared at a grinding speed of 600 rpm achieved a maximum thermal conductivity enhancement of 18.12%. |
| Ganesh Kumar et al. [12] | Solar Glycol | 0.1%, 0.2%, 0.3%, and 0.4% vol. % | The thermal conductivity (k) of the MWCNTs based nanofluids improved by approximately 17.3% at the volume fraction of 0.4 at 70 °C. |

2. Materials and methods

This subsection deals with broad information about the materials and instruments used for describing the SG/H2O mixture based MWCNTs nanofluids and followed by a detailed study of the homogenous stability of the nanofluids.

2.1. Materials

This research work, a blend of 30 vol. % SG and 70 vol. % de-mineralized (DI) water has been used as the base fluid while gum arabic or gum acacia (GA) acts as a surfactant and MWCNTs were dispersed in the base fluid to make the nanofluids. The nanomaterial (MWCNTs) was obtained from Mr. Cheap Tubes, the United States of America and the technical stipulations of the CNTs delivered by the enterprise are specified in Table 3.

The SG were procured from Dynalene, USA. The chemical and physical properties of SG delivered by the industrialist are revealed in Table 4. The advantages of SG comprise good thermal stability, lower viscosity, harmless and renewable.

2.2. Preparation of H2O/SG/MWCNTs based nanofluids

Three different types of nanofluid samples were equipped with the loading of 0.15 wt. %, 0.30 wt. % and 0.45 wt. % MWCNTs accompanied...
nano grinding mill of the CNT nanomaterial was carried out with 1 cm tungsten balls for 1800 s, followed by ultrasonication process for 1 h under the condition of dry environment.

The GA surfactant or acacia gum is dissolved in SG and H2O blend using REMI magnetic mixer or magnetic stirrer (220–240 V, 50 Hz, and 1200 rpm), after that addition of nanomaterial. The fluid solution is continuously stimulated for 45 min after that ultrasonication process for 1 h to confirm the proper distribution of the MWCNT in H2O/SG blend. Figs. 2 and 3 show the high-resolution SEM [44, 45, 46, 47] picture of the MWCNTs at different weight fractions seeded in the SG – H2O blend nanofluid and the mean diameter of the seeded nanofiber is noticed to be ~30–40 nm.

2.3. Stability of nanofluids

The homogenous stability was additionally confirmed by using UV–Vis study. Fig. 4 (a) and (b) shows the nanofluid at the time of preparation and two months after preparation, respectively. It is observed from the figure, no change of color can be perceived in the nanofluid, it seems like to be more stable for 60 days, and no visible sedimentation was observed. After confirming the homogenous stability of nanofluid, the thermal transport properties of the H2O/SG mixture based nanofluid were measured.

2.4. Thermal transport characteristics of the nanofluids

2.4.1. Density measurement

Pak and Cho’s model was used [48] to estimate the density of nanofluids, which is established on the mixing theory given by,

$$\rho_{nf} = \phi \rho_p + (1 - \phi) \rho_{nf}$$  \hspace{1cm} (1)

In this research, the density of the virgin base fluid and MWCNTs based nanofluid was measured at the ambient temperature with the borosil standard volumetric flask (SVF) technique. Two different kinds of borosil class-A SVF of 10 ml and 25 ml were used for calculating the density with minimal uncertainty. Before the taking readings of density, both the SVF was calibrated by using the de-ionized water and pure base fluid with the experimental temperature conditions.

The higher uncertainty included in the density measurement was ±0.3% for 25 ml standard volumetric flask and ±0.6% for 10 ml flask respectively. An identical mass of CNT nanofluid was taken in the borosil SVF and a highly precise digital electronic weighing machine was used to measure the value of the mass of the fluid with an accuracy value of ±0.2% gram. Each sample of the MWCNTs nanomaterial-based stable nanofluids, the readings were noticed for 5 times to make sure the accuracy and repeatability of the measured value. The mean of the measured nanofluid readings was taken, and these mean experimental readings were used for determining the fluid density by using Eq. (2):

$$\rho_{nf} = \frac{(m_f - m_t)}{V_{nf}}$$  \hspace{1cm} (2)
MWCNTs based nanofluids is made via a CVO-50 shear rate and yield stress digital rheometer from (Bohlin Instruments Ltd., UK) in the fluid temperature range between 30-50 °C, with a phase of 5 °C. The desired temperature of the SG - water mixture based nanofluid small amount was kept up with the aid of a Peltier cooler and the outward coolant removed the heat produced from the Peltier cooler away. Before the readings, the experimental setup was calibrated by standard Brookfield fluids to confirm the degree of accuracy of the readings. The SG – water blend and nanofluid were present at the bottom disc of the digital rheometer arrangement, ensure that no air balloon was entrapped in the base fluid and nanofluid container. The investigation was performed using automatic micro-controlled at a variable shear rate with the shear stress ranging from 0-10 N m⁻². In this experimental study, the contour profile of the upper disc was a parallel plate shape with a radius of 2 cm. The linear gap of 70 × 10⁻⁶ m was maintained between the upper and lower disc.

The measured values of SG-water mixture based nanofluids were then compared with those achieved from the existing well-known correlations (Batchelor [49], Drew and Passman [50], Timefeeva et al. [51]) as computed in models 3 to 5.

\[ \mu_{nf} = (1 + 2.5\phi + 6.2\phi^2) \mu_f \]  
(3)

\[ \mu_{nf} = (1 + 2.5\phi) \mu_f \]  
(4)

\[ \mu_{nf} = (1 + 13.5\phi + 904.4\phi^2) \mu_f \]  
(5)

2.4.3. Thermal conductivity measurement
The Decagon KD2 Pro thermal properties device (an analyzer) is the typical technique for determining the thermal conductivity \( k \) and resistivity of the grained powder and liquid phase sample, which functioning on the fundamental principle operations of the standard transient dynamic technique. The device has a single metal needle sensor with 0.13 cm diameter and 6 cm length, which integrates a thermal resistor and heating element in its inner side. This measurement system is coupled with a microprocessor and microcontroller unit for regulating and executing the measurements. Decagon KD2 Pro thermal property analyzer is calibrated with demineralized water and SG mixture. The “k” value of H₂O/SG blend and MWCNTs based nanofluids are measured at atmospheric temperature. For agreeable experimental results, five readings were taken for each sample.

The experimentally measured data’s of SG – water mixture nanofluid values were compared with the following present thermal conductivity correlations such as Hamilton and Crosser [52], Wasp [53], Yu and Choi [54], and Timefeeva [55] as computed in models 6 to 9.

\[ k_{nf} = \left[ \frac{k_p + (n-1)k_w - (n-1)\phi(k_w - k_p)}{k_p + (n-1)k_w + \phi(k_w + k_p)} \right] k_w \]  
(6)

\[ k_{nf} = \left[ \frac{k_p + 2k_w - 2\phi(k_w - k_p)}{k_p + 2k_w + \phi(k_w + k_p)} \right] k_w \]  
(7)

\[ k_{nf} = \left[ \frac{2(k_w - k_p)(1 + \beta)^\phi + k_p + 2k_w}{k_p + 2k_w - (k_p - k_w)(1 + \beta)^\phi} \right] k_w \]  
(8)

\[ k_{nf} = (3\phi + 1)k_w \]  
(9)

2.5. Electrical conductivity (EC) measurement
EC of H₂O/SG blend based MWCNTs nanofluids were calculated through 4-Cell conductivity meter (PICO-disc) coupled with advanced microcontroller and automatic temperature compensation with range 0°–150 °C. The digital EC meter is calibrated using de-mineralized water.
Fig. 4. Photographic representation of the nanofluids: (a) after preparation (b) after two months from preparation.

Fig. 5. UV/Vis absorbance of MWCNTs based nanofluids at different weight fractions.
(70%) and SG (30%) blend and the consistency of experimental readings are tested through repeated measurement values and is established to agree well with the standard data. The EC of de-mineralized water and pure solar glycol blend and CNT nanofluids with 0.25 weight fractions of GA is measured at temperatures ranging from 30 to 50 °C in steps of 5 °C. For satisfactory experimental outcomes, five readings are taken for each temperature.

3. Results and discussion

3.1. Stability of H$_2$O/SG blend MWCNTs based nanofluids

One of the key parameters that choose the use of the nanofluids as the HTFs is the long-duration homogeneous stability of the seeded nanomaterials in the base fluid. Henceforth, the homogeneous stability of the nanofluid was confirmed by using Ultraviolet-Visible spectroscopy analysis (UV/Vis) analysis.

3.1.1. Ultraviolet-visible spectroscopy analysis

The absorbance spectra of MWCNTs based nanofluids at various weight fractions are revealed in Fig. 5. The UV/Vis absorbance at a wavelength of approximately 270 nm for entire MWCNTs based nanofluids samples were calculated experimentally for half months with steps of 3 days for various weight fractions. It can be inferred from the graph that there was a consequent increase in light absorbance with the rise in weight fractions of the nanofluid sample. This could be due to the linear relationship that exists between the weight fractions of the absorbing manner namely CNTs and its working under the principle of the law of Beer–Lambert's. The UV/Vis absorbance of a CNTs based nanofluids is a direct relationship with weight fractions of the absorbing manner namely CNTs in the base fluid. The absorbance spectra were determined by using Ultraviolet-Visible spectroscopy analysis (UV/Vis) analysis.

Fig. 6 clarifies the homogenous stability of MWCNTs in H$_2$O and SG mixture. This graph confirms the relative supernatant material weight fraction in an H$_2$O and SG blend with settlement time, it was determined by UV/Vis and it's working under the principle of the law of Beer–Lambert’s. The relative concentration is de fined as the ratio of the maximum concentration of the supernatant material in the nanofluid sample. It is observed in Fig. 8 that the correlation under forecasts the density of the virgin base fluid in a fluid comprised 0.45 wt. % of MWCNTs, by using 10 mL and 25-milliliters borosil SVK/C$_0$ respectively. It can be noticed that the nanofluid density upsurges with an increase in the fractions of MWCNTs compared to H$_2$O and SG mixture. The measured value presenting a good agreement with the well-known Pak and Cho model data using Eq. (1). It is inferred from the graph that the correlation under forecasts the density by 2.62 and 3.61 kg m$^{-3}$, by using 10 mL and 25-milliliters borosil SVK respectively, when the nanofluid comprises 0.45 wt. % of MWCNTs, owing to promising dispersing of the SG and H$_2$O mixture materials with the MWCNTs. It is decided from the computer simulation technique that the pure CNTs is employed with the particles of the virgin base fluid in a

3.2. Nanofluids thermal characteristics

The various thermal characteristics of MWCNTs/H$_2$O and SG mixture based nanofluids are experimentally measured and presented in this section.

3.2.1. Nanofluids density

The comparison between measured nanofluid density and the estimated nanofluids density which was arrived using Eq. (1) is shown in Fig. 9. The density of the virgin base fluid and nanofluid were estimated as 1009 and 2100 kg m$^{-3}$ respectively. It can be noticed that the nanofluid density upsurges with an increase in the fractions of MWCNTs compared to H$_2$O and SG mixture. The measured value presenting a good agreement with the well-known Pak and Cho model data using Eq. (1). It is inferred from the graph that the correlation under forecasts the density by 2.62 and 3.61 kg m$^{-3}$, by using 10 mL and 25-milliliters borosil SVK respectively, when the nanofluid comprises 0.45 wt. % of MWCNTs, owing to promising dispersing of the SG and H$_2$O mixture materials with the MWCNTs. It is decided from the computer simulation technique that the pure CNTs is employed with the particles of the virgin base fluid in a
various manner namely, layer manner, bulk manner and wire manner [21] (see Fig. 10).

3.2.2. Rheological characteristics of nano fluids

The rheological characteristics of the MWCNTs nano fluids with the different weight fractions of is displayed in image 10 (a) and 10 (b) at 40 °C. From the graph, it can be detected that the rheological characteristics of nano fluid are powerfully reliant on the weight concentration of the nanomaterials. It was found that the dynamic viscosity of H₂O/SG blend based nano fluid diminishes noticeably with increment in shear stress that evidently designates the non-Newtonian behavior of the nano fluids. The non-Newtonian behavior is mighty stimulated by the weight fraction of MWCNTs in the nano fluid and this section stretched with the rise in weight fraction of the MWCNTs as illustrated in image 10 (a).

The transition section from the non-Newtonian behavior to Newtonian was in the shear stress range of 1–2 Nm⁻² for the nano fluids comprising 0.15 & 0.3 weight percentage of MWCNTs. Though, this thin and very irregular layer was stretched to a maximum shear stress range of 4–7 Nm⁻² at the weight fractions of the MWCNTs (0.3 & 0.45 wt. %). This is owing to the maximum resistive energy obtainable by the bands of MWCNTs and material-to-material interfaces in the SG – water mixture. These bands start to rearrange with the rise in the shear stress and the nano fluids displayed a close identical dynamic viscosity was achieved after the transition region, which evidently specifies the Newtonian actions as indicated in the graph 10 (b). The same results of rheological characteristics were also conveyed for the nano fluids with the seeded of MWCNTs in water – EG mixture [22].

Fig. 11 displays the viscosity ratio of the MWCNTs based nano fluids in the Newtonian region, at weight fractions with respect to the various temperatures of MWCNTs. It can be observed that the viscosity ratio diminishes with an increment in the nano fluid temperatures. The nano fluid with 0.45 wt. % showed enhancement in dynamic viscosity by 1.24 times when compared to the dynamic viscosity of the virgin base fluid at 30 °C.

The measured experimental results from this research study were compared with the theoretical correlations offered by Batchelor et al. [49], Draw and Passman [50] and Timofeeva et al. [51], at a temperature of 40 °C as shown in Fig. 12. The measured values of SG-water mixture based nano fluids at various weight fraction are higher compared with the theoretical correlations considered. The compared data’s absolutely demonstrations that the experimental data are significantly maximum than the calculated values for all the nano fluids. This was because of the
Fig. 10. (a) and (b). Rheological characteristics of the nanofluids (T = 40 °C).

Fig. 11. Viscosity ratio of the nanofluid with the effect of temperature.
variance in particle size, preparation technique, nanomaterial scattering, nanoparticle cluster and interfacial layer between nanomaterial and glycol and water mixture. Henceforth, the models for predicting the viscosity ratio of the MWCNTs-SG/water mixture based nanofluids has been developed in the following formula:

\[
\text{Viscosity ratio} \left( \frac{\mu_r}{\mu_{bf}} \right) = 0.8834\phi^2 + 0.3903\phi + 1.0077
\]

### 3.2.3. Thermal conductivity of nanofluids

Fig. 13 displays, the thermal conductivity of MWCNTs/water – SG mixture based nanofluids measured on the first and tenth day after preparation. It is approved that the prepared CNTs/water and SG mixture based nanofluids are homogenously stable and the usage of CNTs based nanofluids is suitable for different convective heat transfer applications for better performance. The “k” of MWCNTs and water/SG based nanofluids increase linearly with nanomaterial weight fraction. The figure confirmations that the “k” value increased with increase in nanomaterial weight loading. This happened because the nanomaterials had maximum particle surface area to volume ratio. The augmentation mechanism might be owing to the material-to-material interface, nanoparticle cluster and the Brownian motion of the nanoparticles. The thermal conductivity property was augmented by 5.35%, 11.47%, and 19.12% at 0.15, 0.3, and 0.45 wt. % of MWCNTs loading at room temperature respectively.

Fig. 14 represents the measured values of the “k” of the nanofluids at 30 °C as a function of weight fraction, together with Hamilton-Crosser model [52], Wasp model [53], Yu and Choi [54] Model, and Timefeeva [55] model and predictions. The comparison values definitely show that the measured values are greatly higher than the predicted values for all the nanofluids. This was owing to the difference in nanomaterial size, a method of preparation, nanomaterial distribution, nanomaterial cluster and interfacial layer between the nanoparticle and the base fluid. Owing to the absence of an appropriate and suitable correlation to predict the ratio of thermal conductivity of the MWCNTs nanofluid of solar glycol – water. The experimentally measured trend lines are described in the graph and the experimental values are the finest fitting with polynomial functions. Therefore, the proposed correlation, with an accuracy of \( R^2 = 0.9967 \).

The ratio of thermal conductivity \( \left( \frac{k_r}{k_{bf}} \right) \) can be expressed as:

\[
\frac{k_r}{k_{bf}} = 0.1465\phi^2 + 0.435\phi + 1.0022
\]
Fig. 14. Thermal conductivity ratio comparison with present correlations.

Fig. 15. The EC of MWCNT nanofluids.

Fig. 16. EC augmentation of the MWCNT based nanofluid with temperature.
3.3. Electrical conductivity enhancement of nanofluids

The EC of the virgin base fluid increased when the nanomaterials were seeded into the H2O/SG mixture. Fig. 15 displays the EC variation of H2O/SG blended nanofluids with various nanomaterial weight percentage and temperatures between 30 °C and 50 °C in steps of 5 °C. It is observed from the measured results that the EC of MWCNTs added nanofluids is greater than that of the H2O/SG mixture. Similarly, the augmentation in EC of nanofluids is a combined function of weight fraction of nanomaterials and the seeding temperature. Maximum EC enhancement of 93.54% was achieved with 0.45% weight percentage at fraction of nanomaterials and the seeding temperature. Maximum EC enhancement of 93.54% was achieved with 0.45% weight percentage at fraction of nanomaterials and the seeding temperature. Maximum EC enhancement of 93.54% was achieved with 0.45% weight percentage at fraction of nanomaterials and the seeding temperature.

4. Conclusions

The present research, stability, density, viscosity, electrical conductivity and the thermal conductivity of MWCNTs based nanofluids prepared with nanomaterial weight fractions of 0.15, 0.3, & 0.45 wt. % was measured experimentally.

- UV-Vis, SEM, and sedimentation analysis indicate that the prepared MWCNTs based nanofluids have better homogenous stability for a period of more than 2 months.
- The density of the studied nanofluids enhances with a surge in MWCNTs concentration. The calculated data display evident deviation from the projected values of the Pak and Cho models. The deviation rises with an upsurge in the MWCNT concentration.
- The higher thermal conductivity augmentation of 19.12% was achieved for 0.45 wt. % MWCNTs loading at room temperature owing to the kinetics of nanomaterial accumulation and fluid layering. Therefore a significant enhancement in dynamic viscosity with an increase in nanomaterial weight fractions.
- The EC gets augmented in a nonlinear way with respect to the seeding of MWCNTs. Nevertheless, the EC of SG – water mixture based nanofluids is augmented linearly with increase in temperature. At 0.45 (in wt. %) weight fraction, the electrical conductivity (σ) of the nanofluid is improved by 93.54% at a temperature of 50 °C.
- Correlations were established from the studies for estimating the thermal conductivity and the viscosity of the SG – water mixture based nanofluid. The H2O/SG blended based CNTs nanofluids can be recommended for the heat transfer fluids in engine cooling, electronic cooling, solar thermal, cooling in machining and other process industrial applications.

Declarations

Author contribution statement

P. Ganesh Kumar: Conceived and designed the experiments; Performed the experiments; Wrote the paper.
D. Sakthivadivel: Performed the experiments; Analyzed and interpreted the data.
M. Meikandan: Contributed reagents, materials, analysis tools or data.
V. S. Vigneswaran: Performed the experiments; Contributed reagents, materials, analysis tools or data.
R. Velraj: Conceived and designed the experiments; Wrote the paper.

Funding statement

This research did not receive any specific grant from funding agencies in the public, commercial, or not-for-profit sectors.

Competing interest statement

The authors declare no conflict of interest.

Additional information

No additional information is available for this paper.

References

[1] Poongavanam Ganesh Kumar, Karthik Pancharabikeshan, Anjo Joseph Deyooky Leo, Velraj Ramalingam, Experimental investigation on heat transfer augmentation of solar air heater using shot blasted V-corrugated absorber plate, Renew. Energy 127 (November (2018)) 213–229.
[2] Poongavanam Ganesh Kumar, Velraj Ramalingam, Effect of shot peening on enhancing the heat transfer performance of a tubular heat exchanger, Int. J. Therm. Sci. 139 (May (2019)) 1–14.
[3] A. Nasiri, M. Shariati-Niaiar, A.M. Rashidi, R. Khodafarin, Effect of CNT structures on thermal conductivity and stability of nanofluid, Int. J. Heat Mass Transf. 55 (2012) 1529–1535.
[4] M. Gupta, V. Singhi, R. Kumar, Z. Said, A review of the thermophysical properties of nanofluids and heat transfer applications, Renew. Sustain. Energy Rev. 74 (2017) 638–670.
[5] S. Daniali Musaa, Zhonghua Tang, O Ibrahim Abdullateef, Mukhtar Habib, China's energy status: a critical look at fossils and renewable options, Renew. Energy Rev. 81 (2018) 2281–2290.
[6] S. Murshed, K. Leong, C. Yang, The enhanced thermal conductivity of TiO2-water-based nanofluids, Int. J. Therm. Sci. 4 (2005) 367–373.
[7] M.H. Esfe, S. Saedodin, W.-M. Yan, M. Afandr, N. Sina, Study on thermal conductivity of water-based nanofluids with hybrid suspensions of CNTs/Al2O3 nanoparticles, J. Therm. Anal. Calorim. 124 (2016) 455–460.
[8] M.H. Esfe, M. Afandr, A. Karinipour, W.-M. Yan, N. Sina, A experimental study on thermal conductivity of MgO nanoparticles suspended in a binary mixture of water and ethylene glycol, Int. Commun. Heat Mass Transf. 67 (2015) 173–175.
[9] A. Ijam, R. Saidur, P. Ganesan, A.M. Golshieht, Stability, thermo-physical properties, and electrical conductivity of graphene oxide-dieoxidized water/ethylene glycol based nanofluid, Int. J. Heat Mass Transf. 87 (2015) 92–103.
[10] Poongavanam Ganesh Kumar, Karthik Pancharabikeshan, Renuka Murugesan, Sakhthivadivel Duraisamy, Velraj Ramalingam, Experimental investigation on heat transfer and pressure drop of MWCNT – solar glycol-based nanofluids in shot peened double pipe heat exchanger, Powder Technol. 345 (2019) 815–824.
[11] Poongavanam Ganesh Kumar, Velraj Ramalingam, Characteristics investigation on thermophysical properties of synthesized activated carbon nanoparticles dispersed in solar glycol, Int. J. Therm. Sci. 136 (February (2019)) 15–32.
[12] P. Ganesh Kumar, V. Kumaresan, R. Velraj, Experimental investigation on thermophysical properties of solar glycol dispersed with multi-walled carbon nanotubes, Fullerenses, Nanotub. Carbon Nanostruct. 24 (10) (2016) 641–652.
[13] P. Ganesh Kumar, V. Kumaresan, R. Velraj, “Stability, viscosity, thermal conductivity and electrical conductivity enhancement of multi-walled carbon nanotube nanofluid using gum Arabic” Fullerenses, Nanotub. Carbon Nanostruct. 25 (4) (2017).
[14] Poongavanam Ganesh Kumar, Renuka Murugesan, Velraj Ramalingam, Thermal and electrical conductivity enhancement of solar glycol-water mixture containing MWCNTs, Fullerenses, Nanotub. Carbon Nanostruct. 26 (12) (2018) 871–879.
[15] M.H. Abdoolhazi, W.H. Azmi, Rizalman Matam, K.V. Sharma, G. Najaﬁ, Experimental investigation of thermal conductivity and electrical conductivity of BioGlycol–water mixture based Al2O3 nanofluid, Appl. Therm. Eng. 102 (2016) 932–941.
[16] M. Meikandan, P. Ganesh Kumar, M. Sundarraj, D. Yogaraj, N. Balaji, Numerical analysis on heat transfer characteristics of ionic liquids in a tubular heat exchanger, Int. J. Ambient Energy (2018).
[17] Reza Mohammadinnejad, Hajar Maleki, Enelo Larranet, André R. Fajardo, Amiraal Bakhtebian Niki, Shavandi Amin, AmirSheikh, Mansour Ghorbanpour, Mehdi Farokhi, Paveen Govind, Etienne Cabane, Susan Azizi, Amir Reza Aref, Masoud Mozafar, Mehdi Mehr Ali, Sabu Thomas, Joao F. Mano, Yogendra Kumar Mishra, Vijay Kumar Thakur, Status and future scope of plant-based green hydrogels in biomedical engineering, Appl. Mater. Today 16 (2019) 213–246.
[18] Souri Khur, Penny P. Govender, Messai A. Mamo, Sigitas Tamulevicius, Yogendra Kummarishra, Vijay Kumar Thakur, Progress in lignin hydrogels and nanocomposites for water purification: future perspectives, Vacuum 146 (2017) 32–355.
[19] Alexandru Muhuleta, Florian Miculescu, Stefan Ioan Voicu, Fabian Schütt, Vijay Kumar Thakur, Yogendra Kumar Mishra, Fundamentals and scopes of doped carbon nanotubes towards energy and biosensing applications, Mater. Today Energy 9 (2018) 154–186.
[20] S. Choi, in: D.A. Siginer, H.P. Wang (Eds.), “Enhancing thermal Conductivity of Fluids with Nanoparticles”, Development and Applications of Non-newtonian Flows, 12, ASME, New York, 1995, pp. 99–105.
[21] V. Kumaresan, R. Velraj, Experimental investigation of the thermo-physical properties of water-ethylene glycol mixture based CNT nanofluids, Thermo, Acta 545 (2012) 180–186.
[22] Jayabalan Ganeshkumar, Durai Kathirikkaman, Kandhaswamy Raja, Velisamy Kumaresan, Ramalingam Velraj, Experimental study on density, thermal...
